Thermal and Fluid Dynamics Performance of MWCNT-Water Nanofluid Based on Thermophysical Properties: An Experimental and Theoretical Study

Zongjie Lyu1,2, Amin Asadi1,3, Ibrahim M. Alarifi1,4, Vakkar Ali3 & Loke K. Foong5,6*

There are many debates on the preparation methods and the role of ultrasonication on the stability, thermophysical properties, and heat transfer performance of nanofluids. The present study, which is the continuation of the authors previous study, the effects of ultrasonication on the thermal and fluid dynamic performance of MWCNT-water nanofluid, over a different range of temperatures and solid concentrations, based on the thermophysical properties of the nanofluid, has been investigated. The effects of ultrasonication time on the stability and thermophysical properties of the nanofluid were studied over 30 days of the samples preparation. The thermophysical properties of the nanofluid have been experimentally measured at the optimum ultrasonication time. Using the experimental data, and employing different figures-of-merit, the effects that the addition of MWCNTs had on the heat transfer effectiveness and pumping power have been studied. It was confirmed that the nanofluid is a good heat transfer fluid, with a negligible penalty in pumping power. The thermal and fluid dynamic performance of the nanofluid in a microchannel heat sink has also been studied, by comparing the enhancement ratio of the convective heat transfer coefficient and the increase in pumping power.

It is well known that the process of energy transport has been integrated into different industrial applications. As a result, researchers have focused on developing more efficient and compact heat transfer facilities over the past decade and a half. Thus, various methods have been investigated to achieve this target, such as the extension of heat transfer surfaces (micro and minichannels), modifications of materials, optimization of the effective parameters, and so forth. Moreover, many researchers have aimed to improve the heat transfer performance (HTP) of the conventional working fluids, such as water, ethylene glycol (EG), glycerol, thermal oils, etc. In this regard, Choi and Eastman1 introduced the term ‘nanofluid’, which is a mixture of nano-sized particles in conventional working fluids. Research has also focused on thermophysical properties2-4 and heat transfer of nanofluids5-11, and the feasibility of their use in practical applications11-17. Moreover, many research has been done on the applications of artificial intelligence for predicting the thermophysical properties of nanofluids18-24. Additionally, in recent years, there have been many reviews of the thermophysical properties23,24, modeling and simulation methods25,26, and HTP of different nanofluids in practical applications27-31.

The convective heat transfer coefficient (CHTC) of nanofluids is the most important factor in heat transfer applications. Moreover, the effective thermophysical properties of nanofluids have an effect on the CHTC. Among the thermophysical properties, thermal conductivity is an indicator for the heat transfer effectiveness, dynamic viscosity is directly affects the pressure loss and pumping power (PP), and specific heat indicates the ability of the working fluid to store and move the generated heat away from the hot source. Thus, measuring or predicting...
the thermophysical properties of nanofluids is the first step towards evaluating their HTP in practical applications. However, it has been proven that the classical models are not able to make a good estimation of the thermophysical properties of nanofluids, within the acceptable range of accuracy.

The available literature of rheological properties of nanofluids showed that adding nanoparticles to different base fluids increased the dynamic viscosity. However, there were some exceptions, which reported that adding extremely low solid concentrations of MWCNT nanoparticles (0.1 wt %) decreased the kinematic viscosity of MWCNT-oil nanofluid. The general reported trend for thermal conductivity in the available literature showed that adding nanoparticles that possess higher thermal conductivity compared to the base fluid increased the thermal conductivity of the base fluids. Moreover, it was reported that an increase in the temperature also increased the thermal conductivity of nanofluids. The primary reason for this was because an increase in temperature leads to an increase in Brownian motion, which is the random motion of particles. This was reported as the main responsible mechanism for increasing the thermal conductivity by increasing the temperature, although, other mechanisms exist as well.

It is evident that thermal conductivity and viscosity of nanofluids play a pivotal role in the HTP of nanofluids. However, conducting experimental studies are costly and time-consuming. Thus, prior to conducting an experimental study on the HTP of a nanofluid, it is crucial to make sure that the prepared nanofluid would provide advantages as a heat transfer fluid. To do so, there are figures-of-merit (FOM) which can be used to evaluate the capability of the nanofluids as a heat transfer fluid, based on their thermophysical properties. Asadi proposed a guideline to estimate the HTP of a nanofluid, before conducting heat transfer experiments. It was suggested that after measuring the thermophysical properties of a nanofluid, employing the Prasher et al. and Mo number FOM, the HTP of the nanofluid should be evaluated for both the fully developed internal laminar and turbulent flow regimes. Conducting an experimental HTP of water-MWCNT nanofluid59 also studied the effects of adding graphene nanoplatelets over different ranges of solid concentrations and temperatures. They measured the dynamic viscosity and thermal conductivity of the nanofluid. Using the experimental data, they then evaluated the HTP of the nanofluid. For the fully developed internal laminar flow, they used the Prasher et al. FOM, and the Mo number as a FOM for evaluating the HTP of the nanofluid in the fully developed internal turbulent flow regime. They reported that the studied nanofluid would be advantageous in the fully developed internal laminar flow regime, but not in the fully developed internal turbulent flow regime. They also considered the effects of adding nanomaterials to the base fluid on the PP and pressure loss and reported that some penalties would be experienced by adding the nanoparticles. In another study, Zyla investigated the HTP of MgO-EG nanofluid at different temperatures and solid concentrations based on Prasher et al. and Mo number FOMs. There are a limited number of studies in the current literature on the HTP of nanofluids, based on different FOMs, before conducting experimental tests on heat transfer. A summary of the published papers has been presented in Table 1.

It is also important to evaluate and compare the thermal and fluid dynamics performance of nanofluids with those of the base fluids. Generally, in experimental investigations on convective HTP of nanofluids, the performance efficiency coefficient (PEC) is defined as the ratio of heat transfer enhancement to pressure loss. A ratio higher than 1 indicates that using the nanofluid is advantageous over the base fluid; the higher the PEC, the better the HTP. However, it is possible to perform such an evaluation before conducting the experimental tests.

From the literature that has been discussed thus far, it can be concluded that the thermophysical properties of nanofluids play a significant role on the HTP and PP in practical applications. Moreover, evaluating the possible advantages and disadvantageous of using a nanofluid instead of the base fluid, before conducting experimental tests, may prevent excessive costs in performing unnecessary experiments. To the best of the authors' knowledge, a comprehensive investigation has not been done, thus far, on the effects of ultrasonication time on the thermal and fluid dynamic performance of MWCNT-water nanofluid. Thus, in the current study, the effects of adding MWCNT into water, and the ultrasonication time, on the thermal effectiveness and PP over different ranges of temperature and solid concentrations, in fully developed internal laminar and turbulent flow regimes, will be investigated. The thermal and fluid dynamics performance will be evaluated, and the results will be presented and discussed.

Materials and methods
Sample preparations and stability analysis. In this study, MWCNT nanoparticles (detailed information of the nanoparticle has been presented in Table 2) have been dispersed into water, which was chosen as the working fluid. Figure 1 displays the transmission electron microscopy (TEM) and X-ray powder diffraction (XRD) graphs, which are provided by the manufacturer of the nanoparticles (US Research Nanomaterials, Inc., USA). The samples were prepared utilizing the two-step method, which is a widely used method in the literature, in three different solid concentrations: 0.1, 0.3, and 0.5 vol. %. Detailed information about the preparation process can be found in ref. Different ultrasonication times were applied to disperse the nanoparticles and break down the clusters of nanoparticles into the base fluid. This was executed using a probe-type ultrasonic device (20 kHz, 1200 W) because the probe/horn ultrasonic devices are more effective than water-bath ultrasonic devices. The effects of ultrasonication time on the stability of the samples were studied by conducting a visual observation (as a qualitative method) and zeta potential (ζ) analysis (as a quantitative method) over 30 days, after the preparation of the samples. Other literature indicated that suspension with a higher than +30 mV and −30 mV provides good stability for a long period. The results showed that 60 min ultrasonication is the optimum time, for which the samples are the most stable, even after 30 days of preparation. Prolonging the ultrasonication resulted in the deterioration of the sample quality. Figure 2 shows the result of zeta potential and visual observation after 30 days of preparation.

Thermophysical properties measurements. Ultrasonication time affects the thermophysical properties and HTP of nanofluids and good stability and dispersion of nanoparticles in base fluid results in higher...
viscometer is the integrated temperature control system, which easily controls the temperature of the samples. It is interesting to note that the minimum dynamic viscosity, which is highly desirable in fluid dynamics, occurred at a solid concentration of 0.5 vol. %, and temperature of 60 °C, was under 30%. The variations of dynamic viscosity versus temperature, in different solid concentrations and at the ultrasonication time of 60 min, were compared to the data available in the ASHRAE handbook. The maximum deviation between the measured data and those available in the ASHRAE handbook was less than ±1.5%. Figure 3 shows the variations of thermal conductivity at the optimum ultrasonication time versus temperature in different solid concentrations. The results showed that the maximum thermal conductivity, which is highly desirable in heat transfer applications, occurred at the ultrasonication time of 60 min, solid concentration of 0.5 vol. %, and temperature of 60 °C, was under 30%.

Table 1. A summary of the available literature on the HTP based on different FOMs.

| Studied NF                  | Temperature range | SC      | Remarks                                                                 | Reference       |
|----------------------------|-------------------|---------|------------------------------------------------------------------------|-----------------|
| Fe3O4-water                | 10–70 °C          | 5–20 vol. % | The dynamic viscosity and thermal conductivity of the nanofluid were experimentally measured. The HTP was evaluated, based on the Mo number. | Colla et al.74  |
| Al2O3-MWCNT/oil            | 25–50 °C          | 0.125–1.5 vol. % | The HTP of the nanofluid was evaluated, based on the Prasher et al. and Mo number FOMs for the internal laminar and turbulent flow regimes, respectively. | Asadi et al.35  |
| ZnO-EG/water               | 283.15–343.15 K   | 0–5 vol. % | The dynamic viscosity and thermal conductivity were experimentally measured and based on the experimental data; the HTP was evaluated. | Cabaleiro75      |
| Mg(OH)2-MWCNT/oil          | 25–60 °C          | 0.25–2 vol. % | Prasher et al. and Mo number FOMs were employed to evaluate the HTP of the nanofluid in the laminar and turbulent flow regimes, respectively. | Asadi et al.33  |
| GOx/Ps/EG-water            | 283.15–343.15 K   | 0–0.5 vol. % | Considering the experimental data of dynamic viscosity and thermal conductivity, the HTP in both the internal laminar and turbulent flow regimes was evaluated, using Prasher et al. and Mo number, respectively. | Cabaleiro et al.38  |
| ZnO-oil and MgO-oil        | 15–55 °C          | 0.125–1.5 vol. % | The HTP for the laminar and turbulent flow regimes were evaluated, considering the experimental data of thermophysical properties. | Asadi and Pourafar92  |
| MgO/EG                     | 298.15 K          | 0–20 vol. % | The HTP of the MgO-EG nanofluid were evaluated according to the Prasher et al. and Mo number FOMs, using the experimental data of thermal conductivity and dynamic viscosity. | Zyla11  |
| MgO-MWCNT/oil              | 25–50 °C          | 0.25–2 wt. % | The HTP of the nanofluid in different temperatures and solid concentrations was evaluated for the laminar and turbulent flow regimes, employing the Prasher et al. and Mo number FOMs. | Asadi et al.12  |
| Al2O3-water and Al2O3-polyalcohol | 298.15 K | 1–5 vol. % | The HTP of the nanofluids were estimated using different FOMs under three different constraints: constant Reynolds number, flow rate, and PP. | Yu and Liu78  |
| MWCNT-ZnO/oil              | 15–55 °C          | 0.125–1 vol. % | The HTP was evaluated, based on the rheological and thermophysical properties of the nanofluid for different temperatures and solid concentrations. | Asadif10  |

thermal conductivity and lower dynamic viscosity. In the authors’ previous work44, the thermal conductivity was measured, employing the KD2 Pro thermal analyzer, at different sonication times, temperatures, and solid concentrations. The device was calibrated with pure water, prior to conducting each set of experiments, and the results were compared to the data available in the ASHRAE handbook52. The maximum deviation between the experimental data and the ASHRAE handbook was less than ±1.5%. Figure 3 shows the variations of thermal conductivity at the optimum ultrasonication time versus temperature in different solid concentrations. The results showed that the maximum thermal conductivity, which is highly desirable in heat transfer applications, occurred at the ultrasonication time of 60 min, solid concentration of 0.5 vol. %, and temperature of 60 °C, was under 30%.

In this study, the dynamic viscosity of the MWCNT-water nanofluid was measured using a Brookfield cone and plate viscometer (Brookfield laboratory, USA), at different solid concentrations and temperatures. The viscometer was calibrated prior to conducting the measurement, using the glycerol provided by the manufacturer and pure water; the maximum deviation between the measured data and those available in the ASHRAE handbook, was less than ±2%. The viscometer can measure viscosity in the range of 0.0002–15 Pa.s. The accuracy of the viscometer is ±2% and the repeatability of the results is ±5%. The best advantage of using this type of viscometer is the integrated temperature control system, which easily controls the temperature of the samples in the range of 5–75 °C. Moreover, the samples needed for the measurement can be as small as 1 mL. It should be noted that the measurements were done at the optimum ultrasonication time of 60 min. The variations of dynamic viscosity versus temperature, in different solid concentrations and at the ultrasonication time of 60 min, are presented in Fig. 4. The figure shows that the dynamic viscosity decreased as the temperature increased, which is in accordance with the previously published literature. The increase in dynamic viscosity by increasing the solid concentrations is witnessed in all the chosen temperatures. However, this increase is not significant. It is interesting to note that the minimum dynamic viscosity, which is highly desirable in fluid dynamics, occurred at a 60 min ultrasonication, solid concentration of 0.1 vol. %, and temperature of 60 °C, by under 1%, while the maximum increase occurred at the highest solid concentration (0.5 vol. %) and the lowest temperature (25 °C), by higher than 3%.
Results and Discussion

In the previous section, the effects of the addition of MWCNT nanoparticles on the thermophysical properties of the base fluid were presented. Adding MWCNT resulted in a negligible increase in the dynamic viscosity and a considerable enhancement in the thermal conductivity of the base fluid. These two parameters affect the HTP and PP;

| Parameter                | Value                      |
|--------------------------|----------------------------|
| Outside diameter         | <7 nm                      |
| Inside diameter          | 2–5 nm                     |
| Length                   | 10–30 um                   |
| SSA                      | >500 m²/g                  |
| Electrical conductivity  | >100 s/cm                  |
| True density             | 2.1 g/cm³                  |
| Purity                   | >95 wt %                   |

Table 2. Detailed information of MWCNT nanoparticles\textsuperscript{54}. (Reprinted with the permission of Elsevier).

Figure 1. (A) TEM image and (B) XRD graph of MWCNT nanoparticles\textsuperscript{54}. (Reprinted with the permission of Elsevier).
enhancing the thermal conductivity, resulted in enhancing the HTP, and increasing the dynamic viscosity led to an increase in the required PP. In the following sections, the HTP and PP will be evaluated, based on FOMs and theoretical heat transfer equations, in both the fully developed internal laminar and turbulent flow regimes. Moreover, the thermal and fluid dynamic performance of the nanofluid will be evaluated, and the results will be discussed.

Thermal Effectiveness of MWCNT-water nanofluid. Adding nanoparticles to conventional working fluids results in changing their thermophysical properties. However, the thermophysical properties of a fluid have a direct effect on its HTP. Thus, it is important to have a clear understanding of the HTP of a nanofluid, before conducting experimental studies, to evaluate whether the nanofluid would add an advantage from the heat transfer point of view. To do so, there are FOMs that can evaluate the heat transfer capability of any fluids, based on their thermophysical properties. Asadi\(^{47}\) has also proposed a guideline on how to select an effective nanofluid for heat transfer applications, which is based on Prasher et al.\(^{48}\) and Mo number\(^{49}\).

Fully developed internal laminar flow. Prasher et al.\(^{48}\) proposed a FOM to evaluated the effectiveness of a nanofluid in heat transfer applications, as follows:

\[
C_{\mu} = \frac{\mu_{nf} - \mu_p}{\mu_p} \left( \frac{k_{bf} - k_p}{k_{bf}} \right)
\]

(1)
where $\mu$ and $k$ are the dynamic viscosity and thermal conductivity, respectively. The indices of $nf$ and $bf$ represent the nanofluid and the base fluid, respectively. It is suggested that the nanofluid may be an effective heat transfer fluid if the ratio of $C_\mu/C_k$ is less than four. This means that the increase in dynamic viscosity should be less than four times that of the thermal conductivity of the nanofluid else, the nanofluid may not be a good heat transfer fluid. Figure 5 shows the variations of $C_\mu/C_k$ versus temperature, in different solid concentrations. As can be seen, $C_\mu/C_k$ is much less than 4 for the various temperatures and solid concentrations. Thus, it can be concluded that the studied nanofluid would be a good heat transfer fluid in the range of the studied temperatures and solid concentrations, in a fully developed internal laminar flow regime.

Another FOM to evaluate the HTP of a fluid is the $Mo$ number\textsuperscript{49}, which can be used in both the fully developed internal laminar and turbulent flow regimes:

$$Mo = \frac{\rho \mu}{k c_p}, \quad (2)$$

where $\rho$ represents density, $k$ is thermal conductivity, $c_p$ is specific heat capacity, and $\mu$ represents the dynamic viscosity. The values of exponents $a, b, c, d$ vary, depending on the heat transfer mode of interest\textsuperscript{64}. In the internal laminar flow regime, the Nusselt (Nu) number is a constant value and thermal conductivity is the only effective parameter on the CHTC\textsuperscript{47}. Thus, the relative thermal conductivity ($k_{nf}/k_{bf}$) is equal to the ratio of $Mo$ numbers, as follows:

$$\frac{Mo_{nf}}{Mo_{bf}} = \frac{k_{nf}}{k_{bf}}. \quad (3)$$

If the ratio of $Mo_{nf}/Mo_{bf}$ ($k_{nf}/k_{bf}$= relative thermal conductivity) is higher than 1, the nanofluid is a good heat transfer fluid for the internal laminar flow regime. Figure 6 displays the variations of the relative thermal conductivity of MWCNT-water nanofluid versus temperature in different solid concentrations. As seen in the figure, the value of the relative thermal conductivity was higher than 1 for all the temperatures and solid concentrations. Moreover, an increase in the temperature and solid concentration led to an increase in the value of the relative thermal conductivity. Thus, it would be concluded that using the studied nanofluid, instead of the base fluid, provides certain heat transfer advantages in the fully developed internal laminar fluid regime.

**Fully developed internal turbulent flow.** As stated in the previous section, the $Mo$ number\textsuperscript{49} is a good FOM to evaluate the HTP of a fluid, in both the laminar and turbulent flow regimes. In the turbulent flow regime, the $Mo$ number\textsuperscript{49} is expressed as follows:

$$Mo = \rho^{0.87} k^{0.67} c_p^{0.33} \mu^{-0.47}. \quad (4)$$

The ratio of $Mo_{nf}/Mo_{bf}$ should be higher than 1 in this case as well, to indicate that the fluid is a good heat transfer fluid; the higher the ratio, the better the performance of the nanofluid. It is important to note that the density and specific heat of the nanofluid was calculated, based on the correlation presented by Pak and Cho\textsuperscript{65}:

$$\rho_{nf} = (1 - \varphi)\rho_{bf} + \varphi\rho_{\text{particle}} \quad (5)$$

$$c_{p, nf} = (1 - \varphi)c_{p, bf} + \varphi c_{p, \text{Particle}} \quad (6)$$

Figure 7 shows the variations of $Mo_{nf}/Mo_{bf}$ versus temperature, for different solid concentrations. As seen in the figure, the ratio of $Mo_{nf}/Mo_{bf}$ was higher than 1 for all the studied temperatures and solid concentrations, and an increase in the temperature and solid concentration led to an increase in the ratio of $Mo_{nf}/Mo_{bf}$. It can thus be
concluded that the studied nanofluid is a potential heat transfer fluid, in the fully developed internal turbulent flow regime.

**Pumping power.** It was previously mentioned that adding MWCNT particles to water leads to an increase in the dynamic viscosity of the resultant fluid. Increasing the dynamic viscosity also leads to an increase in the PP required to supply the same fluid velocity. Thus, it is important to assess the increase in energy consumption, by increasing the PP in a system. With regard to this, Mansour et al. suggested a FOM to evaluate the PP for the internal laminar and turbulent flow regimes, which will be presented and discussed in the following sections.

**Internal laminar flow.** For the internal laminar flow regime, the increase in PP can be evaluated as Mansour et al. suggested:

\[
\frac{W_{nf}}{W_{bf}} = \left( \frac{\mu_{nf}}{\mu_{bf}} \right) \left( \frac{\rho_{bf}}{\rho_{nf}} \right)^2.
\]

(7)

From the energy management point of view, the ratio of \( \frac{W_{nf}}{W_{bf}} < 1 \) is advantageous, that is, using the nanofluid instead of the base fluid would not incur a large penalty in PP and energy consumption. However, the heat transfer enhancement should also be evaluated, and then a better assessment can be made. Figure 8 displays the variations of \( \frac{W_{nf}}{W_{bf}} \) versus temperature, for different solid concentrations, for the internal laminar flow regime. As seen in the figure, the ratios are higher than 1 for all the temperatures and solid concentrations, except for the solid concentration of 1 vol. % and temperatures of 55 and 60 °C. Thus, using the studied nanofluid is not recommended in the internal laminar flow regime, from an energy management point of view.

**Internal turbulent flow.** The suggested FOM by Mansour et al. for evaluating the PP in internal turbulent flow regime is as follows:

**Figure 5.** Variations of \( \frac{C_p}{C_k} \) (Prasher et al. FOM) versus temperature in different solid concentrations, in the fully developed internal laminar flow regime.

**Figure 6.** Variations of the relative thermal conductivity of MWCNT-water nanofluid versus temperature for different solid concentrations.
\[ \frac{W_{nf}}{W_{bf}} = \left( \frac{\mu_{nf}}{\mu_{bf}} \right)^{0.25} \left( \frac{\rho_{nf}}{\rho_{bf}} \right)^2 \]  

(8)

A ratio less than 1 is advantageous, from the energy management point of view, for this case as well. Figure 9 presents the possible effects of using MWCNT-water nanofluid, instead of the pure water, on the PP. As seen in the figure, all the ratios are less than 1, similar to the internal laminar flow regime, in all the studied temperatures.

Figure 7. Variations of \( \frac{M_{nf}}{M_{bf}} \) of the studied nanofluid versus temperature for different solid concentrations, in the internal turbulent flow regime.

Figure 8. The effects of using MWCNT-water nanofluid on the increase of pumping power, in the internal laminar flow regime.

Figure 9. The effects of using MWCNT-water nanofluid on the increase of pumping power, in the internal turbulent flow regime.
and solid concentrations, except the solid concentration of 1 vol. % and temperatures of 25 and 30 °C. Thus, it can be concluded that employing the studied nanofluid would not require extra PP from the system.

**Thermal and fluid dynamic performance of MWCNT-water Nanofluid.** It was shown in the previous sections that adding MWCNT particles to water affects its thermophysical properties, HTP, and PP, in both the internal laminar and turbulent flow regimes, in different temperatures and solid concentrations. It was proven that using the MWCNT-water nanofluid would be beneficial for both the flow regimes. In the following section, the thermal and fluid dynamic performance of the nanofluid was studied, to clearly present the benefits of using MWCNT-water, compared to pure water. To do this, the relative CHTC of the nanofluid in a MCHS, with the dimensions of \(W_{ch} = 500 \mu m\), \(H_{ch} = 1000 \mu m\), and \(L_{ch} = 20 mm\), under the laminar flow regime, was investigated. It was assumed that the flow was fully developed, and there was a constant heat flux on the top wall of the MCHS. Figure 10 displays a schematic view of the geometry of the assumed MCHS.

![Schematic view of the studied MCHS](image)

**Figure 10.** A schematic view of the studied MCHS.

![Graph showing variations of CHTC versus temperature for different solid concentrations](image)

**Figure 11.** The variations of CHTC versus temperature for different solid concentrations, for the case of fully developed internal laminar flow regime.
Various correlations have been proposed thus far to calculate the Nu number in microchannels using nano-fluids. However, none of the models can be used to estimate the Nu number in different microchannels, subjected to different working fluids. However, the main aim of this study is to present a clear overview of using MWCNT-water nanofluid as a potential heat transfer fluid in heat transfer applications. Thus, to calculate the CHTC for the assumed microchannel and boundary conditions, a conventional heat transfer equation has been employed. In the case of a fully developed internal laminar flow, under a constant heat flux, the Nu number can be assumed to be constant. Moreover, the Nu number is dependent only on the microchannel aspect ratio, which is equal to 2 (α_ch = H_{ch}/W_{ch} = 2). Thus the Nu number can be calculated as follows:

$$Nu = 8.235(1 - 10.6044\alpha_{ch} + 61.1755\alpha_{ch}^2 - 155.1803\alpha_{ch}^3 + 176.9203\alpha_{ch}^4 - 72.923\alpha_{ch}^5)$$ (9)

The CHTC can then be calculated as follows:

Figure 12. The thermal and fluid dynamic performance of MWCNT-water nanofluid in the studied range of temperatures and solid concentrations.
Figure 11 shows the effects that adding MWCNT to water had on the CHTC versus temperature relationship, for different solid concentrations. As seen in the figure, the relative CHTC increased as the temperature and solid concentration increased. The increase was more noticeable at temperatures higher than 45 °C and solid concentration of 0.5 vol. %. It was noted that the highest increase occurred at the solid concentration of 0.5 vol. % and temperature of 60 °C by under 30%; the lowest increase occurred at the solid concentration of 0.1 vol. % and temperature of 35 °C by less than 1%. It can be concluded that the studied nanofluid would be a good replacement for the base fluid, especially at high temperatures and solid concentrations. In the following section, the heat transfer increase will be compared to the increase in PP, to reach a firm conclusion of the advantages of using the studied nanofluid in heat transfer applications.

It is important to evaluate the possible benefits of using nanofluids because they are more expensive than conventional working fluids, and thermal and fluid dynamic performance is one of the reliable ways to evaluate the new fluid. In this study, the thermal and fluid dynamic performance of MWCNT-water nanofluid was evaluated over the studied range of solid concentrations and temperatures. This was done to assess the effectiveness of the nanofluid, by comparing the enhancement ratio of the CHTC and PP. Figure 12 presents the thermal and fluid dynamic performance of the studied nanofluid, for different temperatures and solid concentrations. The figure shows that at the solid concentration of 0.1 vol. % and temperatures less than 45 °C, there was a negligible difference in the enhancement ratio of the CHTC and the increase in PP. However, increasing the temperature to higher than 45 °C led to a significant difference between the enhancement ratio of the CHTC and the increase in PP. This trend was similar in solid concentrations of 0.3 and 0.5 vol. %, with some difference in the solid concentration of 0.5 vol. %. The difference between the enhancement ratio of the CHTS and the increase in the PP was negligible, compared to the other two solid concentrations. It is important to note that the best performance was observed at the solid concentration of 0.3 vol. %. It can thus be concluded that using MWCNT-water nanofluid, instead of pure water, is advantageous in heat transfer applications while imposing a negligible penalty in PP.

Conclusion

In this study, the thermal and fluid dynamic performance of MWCNT-water nanofluid was investigated, based on the thermophysical properties of the nanofluid. The study was done over a range of different temperatures and solid concentrations. Moreover, the effects that applying different ultrasonication times had on the stability and thermophysical properties of the nanofluid were investigated. The results of the zeta potential and visual observation, over 30 days after sample preparations, revealed that 60 min ultrasonication was the optimum time for which the samples possessed the most stability. It was also revealed that the dynamic viscosity reached its minimum increase by applying a 60 min ultrasonication. The HTP of the nanofluid was investigated, using the experimentally obtained thermophysical properties data, and employing different FOMs. The nanofluid was a good heat transfer fluid, in both the fully developed internal laminar and turbulent flow regimes, over the studied range of temperatures and solid concentrations. Moreover, the HTP of the nanofluid in a MCHS, under the constant heat flux boundary condition, was studied; the study showed that the nanofluid would increase the heat transfer by a maximum of 30%. The effects of the addition of MWCNT on PP was also studied, and it was found that it had a negligible effect. Finally, the thermal and fluid dynamic performance of the nanofluid were investigated, by comparing the enhancement ratio of PP versus heat transfer, in the studied range of temperatures and solid concentrations. The ratio of the heat transfer enhancement was higher than the increase in the PP. Thus, the studied nanofluid would be a good heat transfer fluid in heat transfer applications, with a minimum penalty in energy consumption.

Received: 21 January 2020; Accepted: 9 March 2020;
Published online: 20 March 2020

References

1. Choi, S. U. S. & Eastman, J. A. Enhancing thermal conductivity of fluids with nanoparticles, ASME FED, 231, 99–103. International mechanical engineering congress and exhibition, San Francisco, CA (United States) (1995).
2. Asadi, M. & Asadi, A. Dynamic viscosity of MWCNT/ZnO-engine oil hybrid nanofluid: An experimental investigation and new correlation in different temperatures and solid concentrations. International Communications in Heat and Mass Transfer 76 (2016).
3. Asadi, A. et al. Heat transfer efficiency of Al2O3-MWCNT-thermal oil hybrid nanofluid as a cooling fluid in thermal and energy management applications: An experimental and theoretical investigation. International Journal of Heat and Mass Transfer 117, 474–486 (2018).
4. Asadi, A., Asadi, M., Rezaniakolaei, A., Rosendahl, L. A. & Wongwises, S. An experimental and theoretical investigation on heat transfer capability of Mg (OH) 2/MWCNT-engine oil hybrid nano-lubricant adopted as a coolant and lubricant fluid. Applied Thermal Engineering 129, 577–586 (2018).
5. Hadavand, M. et al. A Numerical Investigation on the Effects of Mixed Convection of Ag-Water Nanofluid Inside a Sim-Circular Lid-Driven Cavity on the Temperature of an Electronic Silicon Chip. Applied Thermal Engineering 114298, https://doi.org/10.1016/j.applthermaleng.2019.114298 (2019).
6. Pourfattah, F. et al. On the thermal characteristics of a manifold microchannel heat sink subjected to nanofluid using two-phase flow simulation. International Journal of Heat and Mass Transfer 143, 118518 (2019).
7. Soleimani, S. S., Jahandari, S., Aberoumand, S., Rahmani, A. & Shokrgozar, A. Cu/Oil nanofluids flow over a semi–infinite plate accounting an experimental model. Heat Transfer-Asian Research, https://doi.org/10.1002/htr.21664 (2020).
8. Jafarimoghaddam, A., Aberoumand, S. & Jafarimoghaddam, R. A new turbine model for enhancing convective heat transfer in the presence of low volume concentration of Ag-Oil Nanofluids. *Heat and Mass Transfer/Waerme- und Stoffuberauergung* **54**, 1491–1501 (2018).

9. Jafarimoghaddam, A., Aberoumand, S., Javaherdehi, K., Arani, A. A. A. & Jafarimoghaddam, R. Al oil nanofluids inside annular tube: an experimental study on convective heat transfer and pressure drop. *Heat and Mass Transfer/Waerme- und Stoffuberauergung* **54**, 1053–1067 (2018).

10. Jafarimoghaddam, A. & Aberoumand, S. A Comparison between heat transfer performance of rectangular and semicircular tubes considering boundary effects on Brownian motions in the presence of Ag/water nanofluids: Applicable in the design of cooling system of photovoltaic cells. *Plos One* **12**, e0180883 (2017).

11. Kumar, K. G., Rahimi-gorji, M., Reddy, M. G., Chamkha, A. J. & Alarifi, I. M. Enhancement of heat transfer in a convergent/divergent channel by using carbon nanotubes in the presence of a Darcy – Forchheimer medium Skin friction co efficient. *Microsystem Technologies* **0123456789**, 1–9 (2019).

12. Asadi, M., Asadi, A. & Aberoumand, S. An experimental and theoretical investigation on the effects of adding hybrid nanoparticles on heat transfer efficiency and pumping power of an oil-based nanofluid as a coolant. *International Journal of Refrigeration* **89** (2018).

13. Khan, A. et al. MHD flow of sodium alginate-based casson type nanofluid passing through a porous medium with Newtonian heating. *Scientific Reports* **8** (2018).

14. Ramzan, M., Mohammad, M. & Howari, F. Magnetized suspended carbon nanotubes based nanofluid flow with bio-convection and entropy generation past a vertical cone. *Scientific Reports* **9** (2019).

15. Abbasian Arani, A. A., Aberoumand, H., Jafarimoghaddam, A. & Aberoumand, S. Mixed convection heat transfer: an experimental study on Cu/heat transfer oil nanofluids inside annular tube. *Heat and Mass Transfer/Waerme- und Stoffuberauergung* **53**, 2875–2884 (2017).

16. Souayeh, B. et al. Comparative analysis on non-linear radiative heat transfer on MHD Casson nanofluid past a thin needle. *Journal of Molecular Liquids* **284**, 163–174 (2019).

17. Hajizadeh, A. et al. Free convection flow of nanofluids between two vertical plates with damped thermal flux. *Journal of Molecular Liquids* **289**, 110964 (2019).

18. Alarifi, I. M., Nguyen, H. M., Naderi Bakhtiari, A. & Asadi, A. Feasibility of ANFIS-PSO and ANFIS-GA Models in Predicting Thermophysical Properties of Al2O3-MWCNT/Oil Hybrid Nanofluid. *Materials* **12**, 3628 (2019).

19. Asadi, A., Alarifi, I. M., Nguyen, H. M. & Moayedi, H. Feasibility of least-square support vector machine in predicting the effects of shear rate on the rheological properties and pumping power of MWCNT–MgO oil hybrid nanofluid based on experimental data. *Journal of Thermal Analysis and Calorimetry*, https://doi.org/10.1007/s10973-020-09279-6 (2020).

20. Moradkazerooni, A. et al. Assessment of thermal conductivity enhancement of nano-antifreeze containing single-walled carbon nanotubes: Optimal artificial neural network and curve-fitting. *Physica A: Statistical Mechanics and its Applications* **521**, 138–145 (2019).

21. Hemmat Esfe, M. et al. Thermal conductivity of Cu/TiO2-water/EG hybrid nanofluid: Experimental data and modeling using artificial neural network and correlation. *International Communications in Heat and Mass Transfer* **66**, 100–104 (2015).

22. Hemmat Esfe, M. et al. Applications of feedforward multilayer perceptron artificial neural networks and empirical correlation for prediction of thermal conductivity of Mg(OH)2-EG using experimental data. *International Communications in Heat and Mass Transfer* **67**, 46–50 (2015).

23. Asadi, A. et al. Recent advances in preparation methods and thermophysical properties of oil-based nanofluids: A state-of-the-art review. *Powder Technology*, https://doi.org/10.1016/J.POWTEC.2019.04.054 (2019).

24. Asadi, A. et al. Effect of sonication characteristics on stability, thermophysical properties, and heat transfer of nanofluids: A comprehensive review. *Ultrasonics Sonochemistry* **58**, 104701 (2019).

25. Mahian, O. et al. Recent advances in modeling and simulation of nanofluid flows: Part I: Fundamentals and theory. *Physics Reports* **790**, 1–48 (2019).

26. Mahian, O. et al. Recent advances in modeling and simulation of nanofluid flows—Part II: Applications. *Physics Reports* **791**, 1–59 (2019).

27. Izadi, S., Armaghanl, T., Ghasemisal, R., Chamkha, A. J. & Molana, M. A comprehensive review on mixed convection of nanofluids in various shapes of enclosures. *Powder Technology* **343**, 880–907 (2019).

28. Bahiraei, M. & Heshmatian, S. Electronics cooling with nanofluids: A critical review. *Energy Conversion and Management* **172**, 438–456 (2018).

29. Chamkha, A. J., Molana, M., Rahnama, A. & Ghadami, F. On the nanofluids applications in microchannels: A comprehensive review. *Powder Technology* **332**, 287–322 (2018).

30. Molana, M., Zarrinderafsh, V., Chamkha, A. J., Izadi, S. & Rafizadeh, S. Magnetohydrodynamics convection in nanofluids-filled cavities: A review. *Heat Transfer - Asian Research*, https://doi.org/10.1002/htra.21670 (2020).

31. Ghasemisal, R., Taheri, M. A., Molana, M. & Raoufi, N. Experimental investigation of thermal performance of the graphene oxide–coated plates. *Heat Transfer - Asian Research* **49**, 519–532 (2020).

32. Asadi, A. & Pourfattah, F. Heat transfer performance of two oil-based nanofluids containing ZnO and MgO nanoparticles: a comparative experimental investigation. *Powder Technology* **343**, 296–308 (2019).

33. Asadi, A., Asadi, M., Rezaniakolaie, A., Rosendahl, L. A. & Wongwises, S. An experimental and theoretical investigation on heat transfer capability of Mg(OH)2/MWCNT-engine oil hybrid nano-lubricant adopted as a coolant and lubricant fluid. *Applied Thermal Engineering* **129**, 577–586 (2018).

34. Asadi, M. & Asadi, A. Dynamic viscosity of MWCNT/ZnO-engine oil hybrid nanofluid: An experimental investigation and new correlation in different temperatures and solid concentrations. *International Communications in Heat and Mass Transfer* **76**, 41–45 (2016).

35. Aberoumand, S. & Jafarimoghaddam, A. Experimental study on synthesis, stability, thermal conductivity and viscosity of Cu-engine oil nanofluid. *Journal of the Taiwan Institute of Chemical Engineers* **71**, 315–322 (2017).

36. Aberoumand, S., Jafarimoghaddam, A., Moravej, M., Aberoumand, H. & Javaherdehi, K. Experimental study on the rheological behavior of silver-heat transfer oil nanofluid and suggesting two empirical based correlations for thermal conductivity and viscosity of oil based nanofluids. *Applied Thermal Engineering* **101**, 362–372 (2016).

37. Hemmat Esfe, M., Saeedim, S., Asadi, A. & Karampour, A. Thermal conductivity and viscosity of Mg(OH)2-ethylene glycol nanofluids. *Journal of Thermal Analysis and Calorimetry* **120**, 1145–1149 (2015).

38. Asadi, A., Asadi, M., Rezaei, M., Sieharmog, M. & Asadi, F. The effect of temperature and solid concentration on dynamic viscosity of MWCNT/MgO (20–80)–SAE50 hybrid nano-lubricant and proposing a new correlation: An experimental study. *International Communications in Heat and Mass Transfer* **78**, 48–53 (2016).

39. Ettelaghi, E., Olla, Ahmadi, H., Rashidi, A., Nooralishahi, A. & Mohtasebi, S. S. Preparation and thermal properties of oil-based nanofluid from multi-walled carbon nanotubes and engine oil as nano-lubricant. *International Communications in Heat and Mass Transfer* **46**, 142–147 (2013).

40. Safaei, M. R. et al. Evaluating the effect of temperature and concentration on the thermal conductivity of ZnO-TiO2/EG hybrid nanofluid using artificial neural network and curve fitting on experimental data. *Physica A: Statistical Mechanics and its Applications* **519**, 209–216 (2019).
41. Ranjbarzadeh, R., Moradiakazemi, A., Bakhtiari, R., Asadi, A. & Afrand, M. An experimental study on stability and thermal conductivity of water/silica nanofluid: Eco-friendly production of nanoparticles. Journal of cleaner production 206, 1089–1100 (2019).

42. Hemmat Esfe, M., Saedodin, S., Yan, W.-M., Afrand, M. & Sina, N. Study on thermal conductivity of water-based nanofluids with hybrid suspensions of CNTs/Al2O3 nanoparticles. Journal of Thermal Analysis and Calorimetry 124, 455–460 (2016).

43. Asadi, A., Asadi, M., Siahmargoi, M., Asadi, T. & Gholami Andarati, M. The effect of surfactant and sonication time on the stability and thermal conductivity of water-based nanofluid containing Mg(OH)2 nanoparticles: An experimental investigation. International Journal of Heat and Mass Transfer 108, 191–198 (2017).

44. Buongiorno, J. Convective Transport in Nanofluids. Journal of Heat Transfer 128, 240 (2006).

45. Kebinski, P., Philippot, S., Choi, S. U. & Eastman, J. Mechanisms of heat flow in suspensions of nano-sized particles (nanofluids). International Journal of Heat and Mass Transfer 45, 855–863 (2002).

46. Das, S. K., Choi, S. U. S. & Patel, H. E. Heat transfer in nanofluids - A review. Heat Transfer Engineering 27, 3–19 (2006).

47. Asadi, A. A guideline towards easing the decision-making process in selecting an effective nanofluid as a heat transfer fluid. Energy Conversion and Management 175, 1–10 (2018).

48. Prasher, R., Song, D., Wang, J. & Phelan, P. Measurements of nanofluid viscosity and its implications for thermal applications. Applied Physics Letters 89, 133108 (2006).

49. MOUROMTSEFF, I. E. Water and Forced-Air Cooling of Vacuum Tubes: Nonelectronic Problems in Electronic Tubes. Proceedings of the IRE 30, 190–205 (1942).

50. Cabalero, D. et al. Heat Transfer Capability of (Ethylene Glycol + Water)-Based Nanofluids Containing Graphene Nanoplatelets: Design and Thermophysical Profile. Nanoscale Research Letters 12 (2017).

51. Zyla, G. Viscosity and thermal conductivity of MgO–EG nanofluids. Journal of Thermal Analysis and Calorimetry 129, 171–180 (2017).

52. Toghraie, D., Alempour, S. M. & Afrand, M. Experimental determination of viscosity of water based magnetite nanofluid for application in heating and cooling systems. Journal of Magnetism and Magnetic Materials 417, 243–248 (2016).

53. Alarifi, I. M., Alkouh, A. B., Ali, V., Nguyen, H. M. & Asadi, A. On the rheological properties of MWCNT-TiO2/oil hybrid nanofluid: An experimental investigation on the effects of shear rate, temperature, and solid concentration of nanoparticles. Powder Technology 355, 157–162 (2019).

54. Asadi, A., Alarifi, I. M., Ali, V. & Nguyen, H. M. An Experimental Investigation on the Effects of Ultrasonication Time on Stability and Thermal Conductivity of MWCNT-water Nanofluid: Finding the Optimum Ultrasonication Time. Ultrasonics Sonochemistry 104639, https://doi.org/10.1016/JULTSONCH.2019.104639 (2019).

55. Mahbubul, I. M., Elcioglu, E. B., Saidur, R. & Amalina, M. A. Optimization of ultrasonication period for better dispersion and stability of TiO2–water nanofluid. Ultrasonics Sonochemistry 37, 360–367 (2017).

56. Sharifalhosseini, Z., Entezari, M. H. & Jalal, R. Direct and indirect sonication affect differently the microstructure and the morphology of ZnO nanoparticles: Optical behavior and its antibacterial activity. Ultrasonics Sonochemistry 27, 466–473 (2015).

57. Meshali, F., Languri, E., Mirshekari, G., Davidson, J. & Kerns, D. Nanodiamond nanofluid microstructural and thermo-electrical characterization. International Communications in Heat and Mass Transfer 101, 82–88 (2019).

58. Asadi, A., Asadi, M., Siahmargoi, M., Asadi, T. & Gholami Andarati, M. The effect of surfactant and sonication time on the stability and thermal conductivity of water-based nanofluid containing Mg(OH)2 nanoparticles: An experimental investigation. International Journal of Heat and Mass Transfer 108, 191–198 (2017).

59. Mahbubul, I. M., Saidur, R., Hepbasli, A. & Amalina, M. A. Experimental investigation of the relation between yield stress and ultrasonication period of nanofluid. International Journal of Heat and Mass Transfer 93, 1169–1174 (2016).

60. Siddiquyan, Q. et al. The effect of aspect ratios of rib on the heat transfer and laminar water/TiO2 nanofluid flow in a two-dimensional rectangular microchannel. Journal of Molecular Liquids 236, 254–265 (2017).

61. Alipour, H., Karimipour, A., Safaei, M. R., Semiromi, D. T. & Akbari, O. A. Effect of dispersion method on thermal conductivity and viscosity of Al2O3 hybrid nanofluid for various mixing ratios. International Journal of Heat and Mass Transfer 132, 1200–1216 (2019).

62. Mahbubul, I. M. et al. Effect of ultrasonication duration on colloidal structure and viscosity of alumina-water nanofluid. Industrial and Engineering Chemistry Research 53, 6677–6684 (2014).

63. Nasiri, A., Shariaty-Niasar, M., Rashidi, A., Amrollahi, A. & Khodafarin, R. Dispersion and stability of (59.8% Ethylene Glycol + 40.2% Water) nanofluids. Experimental Heat Transfer 31, 717–723 (2011).

64. ASHRAE Handbook-Fundamentals. (Atlanta, GA, 2009).

65. Cooling, R. S.-E. & undefined. Calculation corner: comparing heat transfer rates of liquid coolants using the Mouromtseff number. FLOMERICS LIMITED (2006).

66. Bak, B. C. & Cho, Y. I. Hydrodynamic and heat transfer study of dispersed fluids with submicron metallic oxide particles. Experimental Heat Transfer 11, 151–170 (1998).

67. Mansour, R. B., Galanis, N. & Nguyen, C. T. Effect of uncertainties in physical properties on forced convection heat transfer with nanofluids. Applied Thermal Engineering 27, 240–249 (2007).

68. Rezaei, O. et al. The numerical investigation of heat transfer and pressure drop of turbulent flow in a triangular microchannel. Physica E: Low-dimensional Systems and Nanostructures 93, 179–189 (2017).

69. Kuruvva, S., Chandra, R., Mittal, S., Jeyapaul, S., Pathak, A. K., Goyal, R. K. & Tripathi, M. S. An experimental investigation on the heat transfer characteristics of nanofluids in microchannels. International Journal of Energy 34, 667–675 (2019).

70. Akbari, O. A., Toghraie, D., Karimipour, A., Afrand, M. & Ahmadi, G. R. The effect of aspect ratios of rib on the heat transfer and laminar water/TiO2 nanofluid flow in a two-dimensional rectangular microchannel. Journal of Molecular Liquids 236, 254–265 (2017).

71. Alipour, H., Karimipour, A., Safaei, M. R., Semiromi, D. T. & Akbari, O. A. Influence of T-semi attached rib on turbulent flow and heat transfer parameters of a silver-water nanofluid with different volume fractions in a three-dimensional trapezoidal microchannel. Physica E: Low-dimensional Systems and Nanostructures 88, 60–76 (2017).

72. Akbari, O. A., Toghraie, D., Karimipour, A., Marzban, A. & Ahmadi, G. R. The effect of velocity and dimension of solid nanoparticles on heat transfer in non-Newtonian nanofluid. Physica E: Low-dimensional Systems and Nanostructures 86, 68–75 (2017).

73. Chein, R. & Huang, G. Analysis of microchannel heat sink performance using nanofluids. Applied Thermal Engineering 25, 3104–3114 (2005).

74. Knight, R. W., Hall, D. J., Goodling, J. S. & Jaeger, R. C. Heat sink optimization with application to microchannels. IEEE Transactions on Components, Hybrids, and Manufacturing Technology 15, 832–842 (1992).

75. Kandlikar, S., Garmella, S., Li, D., Colun, S. & King, M. Heat transfer and fluid flow in microchannels and microchannels. (2005).

76. Colla, L., Fedele, L., Scatolini, L. & Bobbo, S. Water-Based Fe2O3 Nanofluid Characterization: Thermal Conductivity and Viscosity Measurements and Correlation. Advances in Mechanical Engineering 2012 (2012).

77. Cabalero, D., Colla, L., Agresti, F., Lugo, L. & Fedele, L. Transport properties and heat transfer coefficients of ZnO(ethylene glycol + water) nanofluids. International Journal of Heat and Mass Transfer 89, 433–443 (2015).

78. Yu, L. & Liu, D. Study of the Thermal Effectiveness of Laminar Forced Convection of Nanofluids for Liquid Cooling Applications. IEEE Transactions on Components, Packaging and Manufacturing Technology 3, 1693–1704 (2013).

Acknowledgements
The authors extend their appreciation to the Deanship of Scientific Research at Majmaah University for funding this work under project number No. (RGP-2019-15).
Author contributions
All authors contributed to discussions and preparation of the manuscript. Z. Lyu and A. Asadi were responsible for performing the experiments and theoretical considerations, I.M. Alarifi and V. Ali were performed the analysis and writing some sections, L.K.F. proposed the methodology of the research and led the project.

Competing interests
The authors declare no competing interests.

Additional information
Correspondence and requests for materials should be addressed to L.K.F.

Reprints and permissions information is available at www.nature.com/reprints.

Publisher's note Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.

Open Access This article is licensed under a Creative Commons Attribution 4.0 International License, which permits use, sharing, adaptation, distribution and reproduction in any medium or format, as long as you give appropriate credit to the original author(s) and the source, provide a link to the Creative Commons license, and indicate if changes were made. The images or other third party material in this article are included in the article’s Creative Commons license, unless indicated otherwise in a credit line to the material. If material is not included in the article’s Creative Commons license and your intended use is not permitted by statutory regulation or exceeds the permitted use, you will need to obtain permission directly from the copyright holder. To view a copy of this license, visit http://creativecommons.org/licenses/by/4.0/.

© The Author(s) 2020